Impacts of Calcium Addition on Humic Acid Fouling and the Related Mechanism in Ultrafiltration Process for Water Treatment

Hui Zou 1,†, Ying Long 1,†, Liguo Shen 1, Yiming He 2, Meijia Zhang 1,* and Hongjun Lin 1,*

1 College of Geography and Environmental Sciences, Zhejiang Normal University, Jinhua 321004, China
2 Department of Materials Science and Engineering, Zhejiang Normal University, Yingbin Road 688, Jinhua 321004, China
* Correspondence: mzhang15@zjnu.edu.cn (M.Z.); hjlin@zjnu.cn (H.L.)
† These authors equally contributed to this work.

Abstract: Humic acid (HA) is a major natural organic pollutant widely coexisting with calcium ions (Ca\(^{2+}\)) in natural water and wastewater bodies, and the coagulation–ultrafiltration process is the most typical solution for surface water treatment. However, little is known about the influences of Ca\(^{2+}\) on HA fouling in the ultrafiltration process. This study explored the roles of Ca\(^{2+}\) addition in HA fouling and the potential of Ca\(^{2+}\) addition for fouling mitigation in the coagulation-ultrafiltration process. It was found that the filtration flux of HA solution rose when Ca\(^{2+}\) concentration increased from 0 to 5.0 mM, corresponding to the reduction of the hydraulic filtration resistance. However, the proportion and contribution of each resistance component in the total hydraulic filtration resistance have different variation trends with Ca\(^{2+}\) concentration. An increase in Ca\(^{2+}\) addition (0 to 5.0 mM) weakened the role of internal blocking resistance (9.02% to 4.81%) and concentration polarization resistance (50.73% to 32.17%) in the total hydraulic resistance but enhanced membrane surface deposit resistance (33.93% to 44.32%). A series of characterizations and thermodynamic analyses consistently suggest that the enlarged particle size caused by the Ca\(^{2+}\) bridging effect was the main reason for the decreased filtration resistance of the HA solution. This work revealed the impacts of Ca\(^{2+}\) on HA fouling and demonstrated the feasibility to mitigate fouling by adding Ca\(^{2+}\) in the ultrafiltration process to treat HA pollutants.

Keywords: membrane fouling; humic acid; calcium ion; hydraulic resistance; ultrafiltration process

1. Introduction

Due to its high efficiency in removing various pollutants, the ultrafiltration process has been widely applied to treat wastewater and surface water [1–3]. Nevertheless, the existence of natural organic matter (NOM) in natural water and wastewater bodies would cause serious membrane fouling and thus hinder the promotion of application of low-pressure membranes such as ultrafiltration membrane [4–9]. It is generally accepted that coagulation and flocculation can serve as a pretreatment step for ultrafiltration process as it can cluster foulant particles and absorb NOM, and therefore simultaneously reduce membrane fouling and improve NOM rejection [10–12].

NOM is a mixture of organic compounds that come from nature and composed of various substances such as humic acid (HA), protein, and polysaccharides [1,13–15]. Among them, HA is considered one of the most important categories that contribute to membrane fouling. It is ubiquitous in aquatic ecosystems, and the concentration distribution range varies from a few mg/L of dissolved organic carbon (DOC) to more than a few hundred mg/L DOC [16–19]. Extensive studies have reported the significant contribution of HA to membrane fouling [20–23]. Unlike protein and polysaccharides, HA has a relatively small molecular weight [20]. Therefore, it cannot be completely removed by the ultrafiltration process.
process and also would cause more severe irreversible membrane fouling [24]. Previous literature has reported that coagulation is an effective pretreatment approach to mitigate membrane fouling caused by HA [21]. Nevertheless, the external addition of flocculant apparently would increase the maintenance cost. Therefore, a promising and cost-effective strategy is to make full use of the flocculating substances coexisting with HA in natural water and wastewater.

Since HA bears lots of functional groups (such as hydroxylm, ethoxy, and carboxyl) and binding sites, calcium ions (Ca$^{2+}$) might be an excellent natural flocculant [25]. Ca$^{2+}$ is a common metal ion in surface water and its concentration in municipal wastewater is reported to be in the range of 0.5–3 mM [26]. As a divalent cation, Ca$^{2+}$ has a bridging effect and can promote biological flocculation in sewage, which is bound up with membrane fouling. Some studies have explored the roles of Ca$^{2+}$ in the membrane fouling performance of HA in different membrane filtration processes [27–31]. A consistent result of the enhanced HA fouling caused by Ca$^{2+}$ addition has been reported in the filtration processes of anion exchange, nanofiltration, and forward osmosis [29,32,33]. However, unlike the filtration processes mentioned above, the studies regarding the effects of Ca$^{2+}$ on HA in the ultrafiltration process obtained contradictory results. Lin et al. [34] pointed out that the membrane fouling was improved due to the increased Ca$^{2+}$ concentration. Wang et al. [31] pointed out that Ca$^{2+}$ has a more effective capacity in ultrafiltration fouling intensification than Mg$^{2+}$. Nevertheless, Li et al. [35] found that Ca$^{2+}$ can promote the formation of reversible fouling and thus can achieve a higher removal efficiency of HA. The inconsistent results suggest that the effects of Ca$^{2+}$ on membrane fouling are complex and require further study.

The causes of the inconsistent results in the previous studies may lie in several aspects. First, the effects of Ca$^{2+}$ on HA-induced membrane fouling depend on the membrane material. However, the materials of the ultrafiltration membrane applied in the literature differed in different studies. In addition, previous studies evaluated the HA–Ca$^{2+}$ fouling through a single or whole filtration resistance variation. For example, Lin et al. [34] investigated the effects of Ca$^{2+}$ on HA fouling for the polyvinylchloride (PVC) membrane through the interfacial interaction energy change. Chang et al. [36] mainly focused on the HA–Ca$^{2+}$ effects in hydraulically irreversible fouling. Previous studies did not well distinguish the different filtration resistance components. Furthermore, the effects of specific Ca$^{2+}$ concentration on HA fouling depend on the HA concentration. In fact, studies were seldom with regard to the HA–Ca$^{2+}$ fouling of polyvinylidene fluoride (PVDF) ultrafiltration membrane [37]. However, PVDF is one of the most widely used membrane materials in wastewater treatment [38,39]. Therefore, more studies are of great significance for HA fouling control in the PVDF ultrafiltration process.

Therefore, a simplified model of the separation membrane that functions in the crossflow filtration mode was adopted. The effects of Ca$^{2+}$ on HA fouling were evaluated through different hydraulic resistance components including concentration polarization, deposit, internal, and membrane fouling. The properties of the HA–Ca$^{2+}$ complexes were analyzed by using a series of characterization methods. Finally, thermodynamic interaction theory was used to analyze the possible mechanisms.

2. Materials and Methods
2.1. Sample Preparation

All the reagents and chemicals applied in the current study were purchased from Sinopharm Chemical Reagent Co., Ltd. The experimental sample was prepared according to the following steps. First, 1 g of HA was dissolved in 1000 mL of NaOH (pH = 13) and continuously stirred for 24 h to make sure the complete dissolution of HA. Next, the pH of the stock solution was adjusted to 7.0 by using 1 mol/L HCl solution and then stored at room temperature. In the current work, a HA concentration of 100 mg/L was adopted to simulate the HA content in natural water, and the working solution was prepared by diluting the stock solution with deionized water. A specific volume of
the stock CaCl$_2$ solution was added during the dilution process to obtain the set Ca$^{2+}$ concentration. It should be noted that the selected HA concentration (100 mg/L) is higher than that in the natural water body in order to facilitate the formation of membrane fouling. Similar concentration levels were typically used for lab-scale studies in the previous literature [40,41].

2.2. Filtration Resistance Tests

A lab-scale cross-flow filtration system (customized by Hangzhou Jiuling Technology Co., Ltd., Hangzhou, China) was applied for filtration resistance tests, and all the tests were conducted at room temperature with an operating pressure of 2 bar. The membrane utilized in this study was made of PVDF material (Shanghai SINAP Co., Ltd., Shanghai, China), and the effective membrane surface area was 25 cm$^2$. The membrane was characterized as having a 0.1 µm pore size with a 140 kDa molecular weight cutoff (MWCO).

The filtration resistance was determined according to the Darcy–Poiseuille equation described as follows [42]:

$$J_f = \frac{1}{R_m + R_e + R_p + R_i} \frac{\Delta P}{\eta_{\text{water}}}$$  \hspace{1cm} (1)

where $J_f$ is the filtration flux; $R_m$, $R_e$, $R_p$, and $R_i$ are the membrane filtration resistance, membrane surface deposit resistance, concentration polarization resistance, and internal blocking resistance, respectively; $\Delta P$ is the transmembrane pressure; and $\eta_{\text{water}}$ is the dynamic viscosity of water. In the Poiseuille equation, the viscosity of the filtrate is equivalent to that of water.

The membrane filtration resistances were tested by filtering deionized water through the virgin membranes. Before the tests, the membranes were pre-compressed under 5 bar for at least 1 h to obtain a steady pure water flux. For each membrane, at least 3 tests were conducted to obtain an average value. The values of the membrane filtration resistance were calculated according to Equation (2):

$$R_m = \frac{1}{J_f \eta_{\text{water}}} \frac{\Delta P}{\eta_{\text{water}}}$$  \hspace{1cm} (2)

By filtering the HA suspension, the total filtration resistances were estimated by Equation (3):

$$R_T = \frac{1}{J_f \eta_{\text{water}}} \frac{\Delta P}{\eta_{\text{water}}} = R_m + R_e + R_p + R_i$$  \hspace{1cm} (3)

After the filtration of the HA suspension, the membranes were rinsed with deionized water three times to eliminate all traces of the solution, especially the concentration polarization layer. Thereafter, deionized water was filtered through the rinsed membrane to obtain resistance $R_1$, which is the sum of $R_m$, $R_e$, and $R_i$:

$$R_1 = R_m + R_e + R_i$$  \hspace{1cm} (4)

Afterward, the deposit formed on the membrane surface was removed by a sponge followed by ultrasonic wave treatment. $R_2$, the sum of $R_m$ and $R_i$, was then obtained by filtration of deionized water through the cleaned membrane:

$$R_2 = R_m + R_i$$  \hspace{1cm} (5)

Based on Equations (2)–(5), the values of $R_p$, $R_e$, and $R_i$ were estimated by Equations (6)–(8):

$$R_p = R_T - R_1$$  \hspace{1cm} (6)

$$R_e = R_1 - R_2$$  \hspace{1cm} (7)
\[ R_l = R_T - R_m - R_e - R_p \]  

(8)

2.3. Analytical Methods

The functional groups of the samples were determined by a Fourier transform infrared spectrometer (FTIR, NEXUS 670, Waltham, MA, USA). The wavenumber range was 4000–500 cm\(^{-1}\). The particle size distribution (PSD) of the HA suspensions with different Ca\(^{2+}\) concentrations was measured by a particle size analyzer (Mastersizer 3000, Malvern, UK). Triplicate measurements were conducted for each sample. The total organic carbon (TOC) content of the HA solution was determined by a TOC analyzer (Liqui TOCII, Elemental, Hanau, Germany). The contact angle of the PVDF membrane and HA samples was determined by a contact angle meter (Kino Industry Co., Ltd., Boston, MA, USA), and the operation was similar to the previous reports. Zeta potential of the HA solutions and membrane surface was measured by a Malvern Zetasizer Nano ZS and a zeta90 Plus instrument, respectively. Details regarding the operations of the abovementioned characterization can be found in the previous publications [43–48].

2.4. Extended Derjaguin–Landau–Verwey–Overbeek (XDLVO) Theory

It has been reported that the short-ranged thermodynamic interactions between foulants and membrane surface play a key role in the adhesion of different foulants on the membrane. The thermodynamic interactions can be divided into three parts according to the XDLVO theory [49–51], which are van der Waals (LW), acid–base (AB), and electrostatic double-layer (EL) interaction energies. The strength of these energies at separation distance \( h \) (\( \Delta G_{LW}^E(h) \), \( \Delta G_{EL}^E(h) \), and \( \Delta G_{AB}^E(h) \)) (m\( \text{J}\) m\(^{-2}\)) can be quantified by the following equations [52,53]:

\[ \Delta G_{LW}^E(h) = \Delta G_{LW}^{h_0} h_0^2 \]  

(9)

\[ \Delta G_{EL}^{E}(h) = \epsilon_h \epsilon_0 \kappa_1 \kappa_3 \left( \frac{\kappa^2}{2 \kappa_1 \kappa_3} (1 - \coth \kappa \Delta h) + \frac{1}{\sinh \kappa \Delta h} \right) \]  

(10)

\[ \Delta G_{AB}^{E}(h) = \Delta G_{AB}^{h_0} \exp \left( \frac{h_0 - h}{\lambda} \right) \]  

(11)

where \( h \) and \( h_0 \) are the separation distance (nm) and minimum separation distance (nm) between two entities, respectively; \( \epsilon_h \epsilon_0 \) is the solution dielectric constant (C\( \text{V}^{-1}\) m\(^{-1}\)); \( \kappa, \zeta \), and \( \lambda \) represent the reciprocal of the Debye length (nm\(^{-1}\)), surface zeta potential (mV), and the attenuation of AB interaction (usually assigned as 0.6), respectively; the subscripts 1, 2, and 3 mean the membrane, pure water, and foulant, respectively; \( \Delta G_{LW}^{h_0}, \Delta G_{EL}^{h_0}, \) and \( \Delta G_{AB}^{h_0} \) are the interaction energies at a separation distance of \( h_0 \) (m\( \text{J}\) m\(^{-2}\)), which can be quantified by Equations (12)–(14), respectively:

\[ \Delta G_{LW}^{h_0} = -2 \left( \sqrt{\gamma_{1LW}^1} - \sqrt{\gamma_{1LW}^2} \right) \left( \sqrt{\gamma_{1LW}^3} - \sqrt{\gamma_{1LW}^2} \right) \]  

(12)

\[ \Delta G_{EL}^{h_0} = \frac{\epsilon_h \epsilon_0 \kappa}{2} \left( \frac{\gamma_{1LW}^1 + \gamma_{1LW}^2}{\gamma_{1LW}^1} \left( 1 - \coth (\kappa \Delta h_0) \right) + \frac{2 \kappa \zeta_1 \zeta_3}{\gamma_{1LW}^1} \csch (\kappa \Delta h_0) \right) \]  

(13)

\[ \Delta G_{AB}^{h_0} = 2 \left[ \sqrt{\gamma_{1LW}^1 \gamma_{1LW}^2 \gamma_{1LW}^3} \left( \sqrt{\gamma_{1LW}^4} \sqrt{\gamma_{1LW}^5} - \sqrt{\gamma_{1LW}^4} \right) + \sqrt{\gamma_{1LW}^1} \sqrt{\gamma_{1LW}^2} \left( \sqrt{\gamma_{1LW}^4} \sqrt{\gamma_{1LW}^5} - \sqrt{\gamma_{1LW}^4} \right) - \sqrt{\gamma_{1LW}^1} \sqrt{\gamma_{1LW}^4} - \sqrt{\gamma_{1LW}^5} \right] \]  

(14)

The values of \( \gamma_{1LW}, \gamma^+, \) and \( \gamma^- \) (m\( \text{J}\) m\(^{-2}\)) were determined by solving a Young’s equation group [54]:

\[ \frac{1 + \cos \phi}{2} \gamma_{TOL}^{\text{TOC}} = \sqrt{\gamma_{1LW}^1} \sqrt{\gamma_{1LW}^2} + \sqrt{\gamma_1^+} \sqrt{\gamma_1^-} + \sqrt{\gamma_2^+} \sqrt{\gamma_2^-} \]  

(15)
where the subscripts \(l\) and \(s\) denote the probe liquid and solid surface, respectively.

3. Results

3.1. Impacts of Ca\(^{2+}\) Concentration on Filtration Behaviors of HA

Figure 1 shows the membrane filtration flux after different operational steps under different Ca\(^{2+}\) concentrations. As displayed in Figure 1, the permeation flux significantly decreases after the filtration of HA suspensions. The flux is only 6.3%, 9.6%, and 18.8% of the virgin membrane for the HA containing Ca\(^{2+}\) concentrations of 0, 1.5, and 5.0 mM, respectively. After the cleaning processes of rinsing, deposit removal, and ultrasonic wave treatment, the permeation flux recovers to 41.1%, 59.1%, and 79.5% of the virgin membrane for the HA containing Ca\(^{2+}\) concentrations of 0, 1.5, and 5.0 mM, respectively. All in all, the addition of Ca\(^{2+}\) leads to a less flux drop as compared with the pure HA. In addition, a higher Ca\(^{2+}\) addition corresponds to a higher permeation flux and lower internal blocking resistance (\(R_i\)). As shown in Figure 1, the flux decline results from four hydraulic resistances; the effects of Ca\(^{2+}\) on HA fouling should be further ascertained and analyzed in each hydraulic resistance.

![Figure 1. Comparison of membrane filtration flux after different operational steps under different Ca\(^{2+}\) concentrations (\(\Delta P = 2\) bar).](image)

Figure 2 shows the filtration resistance distribution of HA under different Ca\(^{2+}\) concentrations. As displayed in Figure 2, the virgin membrane resistance (\(R_m\)) is comparable while the values of the other three filtration resistances (\(R_e\), \(R_p\), and \(R_i\)) decrease with the increased Ca\(^{2+}\) content. It indicates that the addition of Ca\(^{2+}\) can improve the anti-fouling property of HA, and the increase in the Ca\(^{2+}\) concentration can enhance this effect. However, unlike the absolute value of the hydraulic resistance, the proportion and contribution of each resistance component in the total hydraulic resistance have different variation trends. The proportion of \(R_m\) increases due to the significant reduction of total filtration resistance after the addition of Ca\(^{2+}\) into the HA solution. Among the other three resistances, the proportion of \(R_i\) is the smallest, and it decreases with the Ca\(^{2+}\) concentration (the proportion of \(R_i\) is 9.02%, 6.57%, and 4.81% for Ca\(^{2+}\) concentrations of 0, 1.5, and 5.0 mM, respectively). Similarly, the ratio of \(R_p\) to the total filtration resistance decreases with the increase in the Ca\(^{2+}\) content, which is 50.73%, 40.49%, and 32.17%, respectively. On the contrary, the proportion of \(R_e\) increases with the Ca\(^{2+}\) concentration, which is 33.93%, 43.48%, and 44.32%, respectively. The above results indicate that an increase in Ca\(^{2+}\) addition weakens the role of \(R_i\) (internal blocking resistance) and \(R_p\) (concentration polarization resistance) in the total hydraulic resistance but enhances that of \(R_e\) (membrane surface deposit resistance). This result is not completely consistent with previous studies, and further research is required to explore the underlying mechanisms.
The broad band around 3300 cm\(^{-1}\) shown indicate a phenomenon charged increases, addition stretching vibration of -COO- related to carboxylate. The vibrational frequency in the range of 650–900 cm\(^{-1}\) is usually considered aromatic C–H out of plane bending [57]. Obviously, the peak of the HA solution here is stronger than that of other cases, suggesting that the structure of HA has been changed to some extent after the addition of Ca\(^{2+}\). However, FTIR is a qualitative characterization method, and the different peak intensities cannot strongly support the different filtration resistances shown in Figures 1 and 2. Therefore, the different filtration performances should be ascribed to other causes.

|                | HA   | HA+1.5 mM Ca\(^{2+}\) | HA+5.0 mM Ca\(^{2+}\) |
|----------------|------|------------------------|------------------------|
| Particle size (μm) |      |                        |                        |
| Mass percent (%)   |      |                        |                        |

**Figure 2.** Influence of Ca\(^{2+}\) concentration on experimental hydraulic resistances \((R_p, R_c, R_i, R_m)\) of HA \((\Delta P = 2\) bar).  

**Figure 3.** FTIR spectra of HA samples with different Ca\(^{2+}\) concentrations.  

**Figure 4.** FTIR spectra of HA samples with different Ca\(^{2+}\) concentrations.  

**3.2. Characterization of HA under Different Ca\(^{2+}\) Concentrations**

**3.2.1. FT-IR Spectra Analysis**

Figure 3 shows the FTIR spectra of HA samples with different Ca\(^{2+}\) concentrations. The broad band around 3300 cm\(^{-1}\) represents the O–H stretching vibration of phenolic compounds, and the adsorption peak at 1550 cm\(^{-1}\) can be assigned to aromatic C=C stretching and C=O stretching [55,56]. The peak around 1390 cm\(^{-1}\) represents the symmetrical stretching vibration of -COO- related to carboxylate. The vibrational frequency in the range of 650–900 cm\(^{-1}\) is usually considered aromatic C–H out of plane bending [57]. Obviously, the peak of the HA solution here is stronger than that of other cases, suggesting that the structure of HA has been changed to some extent after the addition of Ca\(^{2+}\). However, FTIR is a qualitative characterization method, and the different peak intensities cannot strongly support the different filtration resistances shown in Figures 1 and 2. Therefore, the different filtration performances should be ascribed to other causes.

**3.2.2. Particle Size Distribution (PSD) and TOC Removal Measurements**

Figure 4 shows the PSD of HA samples containing different Ca\(^{2+}\) concentrations. As displayed in Figure 4, the pure HA solution exerts a single peak shape, and the mean size of HA flocs is about 3.31 μm. After adding 1.5 mM Ca\(^{2+}\), the floc size of the HA suspension exhibits a double peak shape. The distribution of HA flocs in the ranges of 0–50 μm and
50–500 μm significantly decreases and increases, respectively. As a result, the mean size of HA flocs increases to 76.04 μm. After a further increase in Ca\(^{2+}\) concentration to 5.0 mM, the distribution of HA flocs in the ranges of 0–10, 70–105, and 300–500 μm increases, whereas that in the ranges of 10–70 and 105–300 μm decreases. This phenomenon suggests that the increased Ca\(^{2+}\) concentration has two different effects on HA. First, the electrostatic shielding effect leads to the compression of some negatively charged HA molecules, which leads to the reduction of some HA flocs. On the other hand, the bridging effect of Ca\(^{2+}\) results in the extension of HA molecular chains, which causes an increase in the particle size. Since the mean floc size of HA at the Ca\(^{2+}\) concentration of 5.0 mM increases to 107.28 μm, it can be concluded that the bridging effect of Ca\(^{2+}\) on HA should be much stronger than the electrostatic effect, and thus results in the formation of larger HA flocs.

![Figure 4. PSD of HA solution with different Ca\(^{2+}\) concentrations.](image)

The enlarged particle size under the addition of Ca\(^{2+}\) is further supported by the optical image (Figure 5) and TOC removal (Figure 6). As shown in Figure 5, after 24 h of natural standing, the HA solutions with different Ca\(^{2+}\) concentrations display different sedimentation properties. When the Ca\(^{2+}\) concentration is 1.5 mM, the color of the upper layer of the mixed solution is lighter than that of the pure HA solution, although no obvious sedimentation can be seen at the bottom due to the dark color of the HA itself. Nevertheless, when the Ca\(^{2+}\) concentration increases to 5.0 mM, it can be seen that there is obvious sedimentation at the bottom of the beaker, and the upper layer solution becomes clearer. High sedimentation corresponds to a larger particle size. The observed phenomena further prove that the size of HA flocs increases with the increased Ca\(^{2+}\) concentration. Due to the enhanced sedimentary property, the TOC content in the supernatant before and after filtration significantly drops correspondingly after the addition of Ca\(^{2+}\) (Figure 6). In addition, the TOC removal efficiency after filtration also significantly increases from 44.5% (pure HA) to 78.4% (HA + 1.5 mM Ca\(^{2+}\)) and 74.1% (HA + 5.0 mM Ca\(^{2+}\)). It indicates that although the addition of Ca\(^{2+}\) is beneficial to the removal of TOC in pure HA, the addition of higher concentrations of Ca\(^{2+}\) cannot further increase the removal of TOC in the ultrafiltration membrane filtrate. In short, the above results consistently suggest that the bridging effect of Ca\(^{2+}\) can increase the particle size of HA. It is widely accepted that a larger particle size generally corresponds to a lower membrane fouling potential [58–60], which is well-consistent with the filtration resistance change. Therefore, the floc size change caused by Ca\(^{2+}\) addition is considered the main reason for the different filtration resistance of HA.
The adhesion of foulants on the membrane surface is an important process for membrane fouling formation. The XDLVO theory, which has been widely used for the quantitative calculation of the interaction energy between two surfaces, was used to evaluate the adhesion ability of HA with different Ca$^{2+}$ concentrations. The surface contact angle and zeta potential of the PVDF membrane and HA layers with different Ca$^{2+}$ concentrations are listed in Table 1. Based on these data, the interaction energies with separation distance were calculated, and the results are shown in Figure 7. It can be seen that the AB interaction accounts for the vast majority of the total energy for all the scenarios, and thus predominantly manipulates the fouling process. Since the AB interaction energy is positive in all three scenarios, the total interaction energy is always positive regardless of the Ca$^{2+}$ concentration. It indicates that HA particles are difficult to adhere to the membrane surface [61], which well supports the proportion of membrane surface deposit resistance ($R_s$) in Figure 2 (generally more than 80% while only 33.93–44.32% in this work). In addition, the interaction energy intensity of the HA with Ca$^{2+}$ is always higher than that of the pure HA, suggesting the improved anti-adhesion property of HA by Ca$^{2+}$ addition.
Table 1. Surface characteristics in terms of contact angle of three probe liquids and zeta potential of the PVDF membrane and HA solutions with different Ca$^{2+}$ concentration.

| Materials          | Contact Angle (°) | Zeta Potential (mV) |
|--------------------|-------------------|---------------------|
|                    | Water             | Glycerol            | Diiodomethane |          |
| PVDF membrane      | 62.16 ± 0.10      | 57.22 ± 1.47        | 23.15 ± 0.82  | −25.21 ± 2.46 |
| HA                 | 48.93 ± 0.28      | 70.99 ± 0.99        | 34.36 ± 0.51  | −26.67 ± 0.50 |
| HA + 1.5 mM Ca$^{2+}$ | 42.36 ± 0.47    | 74.25 ± 0.18        | 41.36 ± 0.10  | −22.87 ± 0.50 |
| HA + 5.0 mM Ca$^{2+}$ | 41.75 ± 0.12    | 73.64 ± 0.31        | 38.61 ± 0.08  | −19.03 ± 0.60 |

(a)

(b)

(c)

Figure 7. Profiles of interfacial interaction energies between PVDF membrane and HA with different Ca$^{2+}$ concentrations (a) 0 mM, (b) 1.5 mM, and (c) 5.0 mM.

Although the interaction energy between the membrane and HA is repulsive, membrane fouling is unavoidable due to the external drag force. Figure 8 shows the schematic diagram of the hydraulic resistance variation of HA with Ca$^{2+}$ addition in cross-flow filtration. As shown in Figure 8, small-sized HA particles are dramatically reduced due to the Ca$^{2+}$ bridging effect, which leads to a significant reduction in internal blocking resistance ($R_i$). Moreover, the enlarged floc size not only can prevent the adhesion and accumulation of HA on the membrane surface but also lead to the loose structure of the foulant layer. As a result, concentration polarization resistance ($R_p$) decreases. Since the absolute value of $R_i$
and $R_p$ decreased more with Ca$^{2+}$, the proportion and contribution of membrane surface deposit resistance ($R_d$) in the total filtration resistance correspondingly increased.

![Figure 8: Schematic diagram of hydraulic resistance variation of HA with Ca$^{2+}$ addition in cross-flow filtration.](image)

It should be noted that the result obtained in the current work is not completely consistent with previous studies. The underlying reasons are located in several aspects. The first reason can be attributed to the membrane material. For example, the variation of proportion and contribution of each resistance component in the total hydraulic resistance value of each hydraulic resistance. Unlike the absolute value of the hydraulic resistance, the

$\text{(monotonically)}$

study,

$\text{membrane}$

irreversible

the

with

energy

change.

Chang et al. [36] mainly focused on the HA–Ca$^{2+}$ effects in hydraulically irreversible fouling. The last reason can locate in HA concentration because the effects of specific Ca$^{2+}$ concentration on HA fouling are dependent on the HA concentration. In this study, the SFR of HA decreased with the increase in Ca$^{2+}$ concentration, which is inconsistent with the result (the membrane fouling firstly increased and then decreased with increasing Ca$^{2+}$ concentration) observed by Miao et al. [37]. It is mainly attributed to the different HA concentrations applied. The HA concentration in this study was 100 mg/L, which was one-tenth that of Miao et al. (1 g/L) [37]. The Ca$^{2+}$ concentrations selected in the current work exceeded the critical concentration, and, thus, only a monotonically decreasing variation trend was observed. As HA and Ca$^{2+}$ concentration in the natural water bodies is in the range of 0.02–30 mg/L and 0.5–3 mM, respectively [26], the coexistence of HA and Ca$^{2+}$ in natural water and wastewater generally can achieve a membrane mitigation effect.

4. Conclusions

In the current work, the effects of Ca$^{2+}$ on HA fouling were evaluated with the Darcy–Poiseuille model through four different hydraulic resistance components. The results show that the increase in Ca$^{2+}$ concentration improved the filtration flux and reduced the absolute value of each hydraulic resistance. Unlike the absolute value of the hydraulic resistance, the proportion and contribution of each resistance component in the total hydraulic resistance have different variation trends with the Ca$^{2+}$ concentration. An increase in Ca$^{2+}$ addition (0 to 5.0 mM) weakened the role of internal blocking resistance ($R_p$, 9.02% to 4.81%) and concentration polarization resistance ($R_p$, 50.73% to 32.17%) in the total hydraulic resistance but enhanced that of the membrane surface deposit resistance ($R_d$, 33.93% to 44.32%).
A series of characterizations consistently suggest that the enlarged particle size caused by Ca\(^{2+}\) addition was the main reason for the different filtration resistance of HA. The calculation results with the XDLVO theory further reveal that the anti-adhesion property of HA was improved due to the bridging effect of Ca\(^{2+}\). This work revealed the impacts of Ca\(^{2+}\) on HA fouling in the PVDF ultrafiltration membrane and the underlying causes and demonstrated the feasibility to mitigate HA fouling in the PVDF ultrafiltration membrane by adding Ca\(^{2+}\).

**Author Contributions:** Methodology, H.Z. and Y.L.; formal analysis, M.Z.; investigation, H.Z. and Y.L.; data curation, H.Z., Y.L., L.S. and Y.H.; visualization, L.S. and Y.H.; writing—original draft preparation, H.Z. and Y.L.; writing—review and editing, M.Z. and H.L.; supervision, H.L.; project administration, M.Z. and H.L.; funding acquisition, M.Z. and H.L. All authors have read and agreed to the published version of the manuscript.

**Funding:** This research was funded by the Natural Science Foundation of Zhejiang Province (Nos. LQ21E080010, LD21E080001), National Natural Science Foundation of China (Nos. 52000160, 51978628), and Key Research and Development Program of Zhejiang Province (No. 2022C03069).

**Institutional Review Board Statement:** Not applicable.

**Data Availability Statement:** The data presented in this study are available on request from the corresponding author.

**Conflicts of Interest:** The authors declare no conflict of interest.

**References**

1. Yamamura, H.; Okimoto, K.; Kimura, K.; Watanabe, Y. Hydrophilic fraction of natural organic matter causing irreversible fouling of microfiltration and ultrafiltration membranes. *Water Res.* 2014, 54, 123–136. [CrossRef] [PubMed]
2. Long, Y.; Yu, G.; Dong, L.; Xu, Y.; Lin, H.; Deng, Y.; You, X.; Yang, L.; Liao, B.-Q. Synergistic fouling behaviors and mechanisms of calcium ions and polyaluminum chloride associated with alginate solution in coagulation-ultrafiltration (UF) process. *Water Res.* 2021, 189, 116665. [CrossRef] [PubMed]
3. Guo, Y.; Liang, H.; Li, G.; Xu, D.; Yan, Z.; Chen, R.; Zhao, J.; Tang, X. A solar photo-thermochemical hybrid system using peroxydisulfate for organic matters removal and improving ultrafiltration membrane performance in surface water treatment. *Water Res.* 2021, 188, 116482. [CrossRef] [PubMed]
4. Lee, S.; Cho, J.; Elimelech, M. Combined influence of natural organic matter (NOM) and colloidal particles on nanofiltration membrane fouling. *J. Membr. Sci.* 2005, 262, 27–41. [CrossRef]
5. Schulz, M.; Soltani, A.; Zheng, X.; Ernst, M. Effect of inorganic colloidal water constituents on combined low-pressure membrane fouling with natural organic matter (NOM). *J. Membr. Sci.* 2016, 507, 154–164. [CrossRef]
6. Chen, Y.; Shen, L.; Li, R.; Xu, X.; Hong, H.; Lin, H.; Chen, J. Quantification of interfacial energies associated with membrane fouling in a membrane bioreactor by using BP and GRNN artificial neural networks. *J. Colloid Interface Sci.* 2020, 565, 1–10. [CrossRef]
7. You, X.; Teng, J.; Chen, Y.; Long, Y.; Yu, G.; Shen, L.; Lin, H. New insights into membrane fouling by alginate: Impacts of ionic strength in presence of calcium ions. *Chemosphere* 2020, 246, 125801. [CrossRef]
8. Yu, W.; Liu, T.; Crawshaw, J.; Liu, T.; Graham, N. Ultrafiltration and nanofiltration membrane fouling by natural organic matter: Mechanisms and mitigation by pre-ozonation and pH. *Water Res.* 2018, 139, 353–362. [CrossRef]
9. Pan, Z.; Zeng, B.; Lin, H.; Teng, J.; Zhang, H.; Hong, H.; Zhang, M. Fundamental thermodynamic mechanisms of membrane fouling caused by transparent exopolymer particles (TEP) in water treatment. *Sci. Total Environ.* 2022, 820, 153252. [CrossRef]
10. Yu, C.; Gao, B.; Wang, W.; Xu, X.; Yue, Q. Alleviating membrane fouling of modified polysulfone membrane via coagulation pretreatment/ultrafiltration hybrid process. *Chemosphere* 2019, 235, 58–69. [CrossRef]
11. You, X.; Zhang, J.; Shen, L.; Li, R.; Xu, Y.; Zhang, M.; Hong, H.; Yang, L.; Ma, Y.; Lin, H. Thermodynamic mechanisms of membrane fouling during filtration of alginate solution in coagulation-ultrafiltration (UF) process in presence of different ionic strength and iron(III) ion concentration. *J. Membr. Sci.* 2021, 635, 119532. [CrossRef]
12. Modarresi, S.; Benjamin, M.M. Using adsorbent mixtures to mitigate membrane fouling and remove NOM with microgranular adsorptive filtration. *J. Membr. Sci.* 2019, 573, 528–533. [CrossRef]
13. Luo, M.; Wang, Z.; Zhang, C.; Song, B.; Li, D.; Cao, P.; Peng, X.; Liu, S. Advanced oxidation processes and selection of industrial water source: A new sight from natural organic matter. *Chemosphere* 2022, 303, 135183. [CrossRef] [PubMed]
14. Zeng, B.; Pan, Z.; Shen, L.; Zhao, D.; Teng, J.; Hong, H.; Lin, H. Effects of polysaccharides’ molecular structure on membrane fouling and the related mechanisms. *Sci. Total Environ.* 2022, 836, 155579. [CrossRef]
15. Zhang, M.; Leung, K.-T.; Lin, H.; Liao, B. Evaluation of membrane fouling in a microalgae-bacterial membrane photobioreactor: Effects of SRT. *Sci. Total Environ.* 2022, 839, 156414. [CrossRef]
16. Wall, N.A.; Choppin, G.R. Humic acids coagulation: Influence of divalent cations. *Appl. Geochem.* 2003, 18, 1573–1582. [CrossRef]
17. Tian, J.; Wu, C.; Yu, H.; Gao, S.; Li, G.; Cui, F.; Qu, F. Applying ultraviolet/persulfate (UV/PS) pre-oxidation for controlling ultrafiltration membrane fouling by natural organic matter (NOM) in surface water. *Water Res.* 2018, 132, 190–199. [CrossRef]
18. Ma, B.; Wu, G.; Li, W.; Miao, R.; Li, X.; Wang, P. Roles of membrane–foulant and inter/intrafoulant species interaction forces in combined fouling of an ultrafiltration membrane. *Sci. Total Environ.* 2019, 652, 19–26. [CrossRef] [PubMed]
19. Wu, S.; Hua, X.; Miao, R.; Ma, B.; Hu, C.; Liu, H.; Qu, J. Influence of floc charge and related distribution mechanisms of humic substances on ultrafiltration membrane behavior. *J. Membr. Sci.* 2020, 609, 118260. [CrossRef]
20. Li, D.; Lin, W.; Shao, R.; Shen, Y.-X.; Zhu, X.; Huang, X. Interaction between humic acid and silica in reverse osmosis membrane fouling process: A spectroscopic and molecular dynamics insight. *Water Res.* 2021, 206, 117773. [CrossRef]
21. Zhao, C.; Song, T.; Yu, Y.; Qu, L.; Cheng, J.; Zhu, W.; Wang, Q.; Li, P.; Tang, W. Insight into the influence of humic acid and sodium alginate fractions on membrane fouling in coagulation-ultrafiltration combined system. *Environ. Res.* 2020, 191, 110228. [CrossRef] [PubMed]
22. Sun, M.; Kim, H.; Jung, J.; Jo, S.; Choi, H. Influence of extreme concentrations of hydrophilic pore-former on reinforced polyethersulfone ultrafiltration membranes for reduction of humic acid fouling. *Chemosphere* 2017, 179, 194–201. [CrossRef] [PubMed]
23. Luo, H.; Wang, Z. A new ultrasonic cleaning model for predicting the flux recovery of the UF membrane fouled with humic acid. *J. Environ. Chem. Eng.* 2020, 10, 107156. [CrossRef]
24. Tin, M.M.M.; Anioke, G.; Nakagoe, O.; Tanabe, S.; Kodamatani, H.; Nghiem, L.D.; Fujioka, T. Membrane fouling, chemical cleaning and separation performance assessment of a chlorine-resistant nanofiltration membrane for water recycling applications. *Sep. Purif. Technol.* 2017, 189, 170–175.
25. Wang, L.-F.; Wang, L.-L.; Ye, X.-D.; Li, W.-W.; Ren, X.-M.; Sheng, G.-P.; Yu, H.-Q.; Wang, X.-K. Coagulation Kinetics of Humic Aggregates in Mono- and Di-Valent Electrolyte Solutions. *Environ. Sci. Technol.* 2013, 47, 5042–5049. [CrossRef]
26. Arabi, S.; Nakhla, G. Impact of calcium on the membrane fouling in membrane bioreactors. *J. Membr. Sci.* 2008, 314, 134–142. [CrossRef]
27. Khan, A.A.; Khan, I.A.; Siyal, M.I.; Lee, C.-K.; Kim, J.-O. Optimization of membrane modification using SO₂ for robust anti-fouling performance with calcium-humic acid feed in membrane distillation. *Environ. Res.* 2019, 170, 374–382. [CrossRef]
28. Xu, H.; Ma, J.; Ding, M.; Xie, Z. Mechanistic insights into the removal of PFOA by 2D MXene/CNT membrane with the influence of Ca²⁺ and humic acid. *Desalination* 2022, 529, 15643. [CrossRef]
29. Xie, M.; Nghiem, L.D.; Price, W.E.; Elimelech, M. Impact of humic acid fouling on membrane performance and transport of pharmaceutically active compounds in forward osmosis. *Water Res.* 2013, 47, 5467–5475. [CrossRef]
30. Chang, E.E.; Chang, Y.-C.; Liang, C.-H.; Huang, C.-P.; Chiang, P.-C. Identifying the rejection mechanism for nanofiltration membranes fouled by humic acid and calcium ions exemplified by acetaminophen, sulfamethoxazole, and triclosan. *J. Hazard. Mater.* 2012, 221–222, 19–27. [CrossRef]
31. Wang, L.-F.; He, D.-Q.; Chen, W.; Yu, H.-Q. Probing the roles of Ca²⁺ and Mg²⁺ in humic acids-induced ultrafiltration membrane fouling using an integrated approach. *Water Res.* 2015, 81, 325–332. [CrossRef] [PubMed]
32. Hansima, M.A.C.K.; Ketharani, J.; Samarajewa, D.R.; Nanayakkara, K.G.N.; Herath, A.C.; Makehelwala, M.; Indika, S.; Jinadasa, K.B.S.N.; Weragoda, S.K.; Wei, Y.; et al. Probing fouling mechanism of anion exchange membranes used in electrodialysis self-reversible treatment by humic acid and calcium ions. *Chem. Eng. J.* *Adv.* 2021, 8, 100173. [CrossRef]
33. Listiarini, K.; Sun, D.D.; Leckie, J.O. Organic fouling of nanofiltration membranes: Evaluating the effects of humic acid, calcium, alum coagulant and their combinations on the specific cake resistance. *J. Membr. Sci.* 2009, 332, 56–62. [CrossRef]
34. Lin, T.; Lu, Z.; Chen, W. Interaction mechanisms of humic acid combined with calcium ions on membrane fouling at different conditions in an ultrafiltration system. *Desalination* 2015, 357, 26–35. [CrossRef]
35. Li, B.; He, X.; Wang, P.; Liu, Q.; Qu, W.; Ma, J. Opposite impacts of K⁺ and Ca²⁺ on membrane fouling by humic acid and cleaning process: Evaluation and mechanism investigation. *Water Res.* 2020, 183, 116006. [CrossRef] [PubMed]
36. Chang, H.; Qu, F.; Liu, B.; Yu, H.; Li, K.; Shao, S.; Li, G.; Liang, H. Hydraulic irreversibility of ultrafiltration membrane fouling by humic acid: Effects of membrane properties and backwash water composition. *J. Membr. Sci.* 2015, 493, 723–733. [CrossRef]
37. Miao, R.; Li, X.; Wu, Y.; Wang, P.; Wang, L.; Wu, G.; Wang, J.; Lv, Y.; Liu, T. A comparison of the roles of Ca²⁺ and Mg²⁺ on membrane fouling with humic acid: Are there any differences or similarities? *J. Membr. Sci.* 2018, 545, 81–87. [CrossRef]
38. Abass, O.; Wu, X.; Guo, Y.; Zhang, K. Membrane Bioreactor in China: A Critical Review. *Int. Membr. Sci. Technol.* 2015, 2, 29–47.
39. Zhang, M.; Lee, E.; Vonghia, E.; Hong, Y.; Liao, B. 1—Introduction to aerobic membrane bioreactors: Current status and recent developments. In *Current Developments in Biotechnology and Bioengineering*; Ng, H.Y., Ng, T.C.A., Ngo, H.H., Mannina, G., Pandey, A., Eds.; Elsevier: Cambridge, MA, USA, 2020; pp. 1–23.
40. Han, L.; Xiao, T.; Tan, Y.Z.; Fane, A.G.; Chew, J.W. Contaminant rejection in the presence of humic acid by membrane distillation for surface water treatment. *J. Membr. Sci.* 2017, 541, 291–299. [CrossRef]
41. Xie, L.; Lu, Q.; Mao, X.; Wang, J.; Han, L.; Hu, J.; Lu, Q.; Wang, Y.; Zeng, H. Probing the intermolecular interaction mechanisms between humic acid and different substrates with implications for its adsorption and removal in water treatment. *Water Res.* 2020, 176, 115766. [CrossRef]
42. Ousman, M.; Bennasar, M. Determination of various hydraulic resistances during cross-flow filtration of a starch grain suspension through inorganic membranes. *J. Membr. Sci.* 1995, 105, 1–21. [CrossRef]
43. Li, R.; Li, J.; Rao, L.; Lin, H.; Shen, L.; Xu, Y.; Chen, J.; Liao, B.-Q. Inkjet printing of dopamine followed by UV light irradiation to modify mussel-inspired PVDF membrane for efficient oil-water separation. *J. Membr. Sci.* 2021, 619, 118790. [CrossRef] [PubMed]

44. Wu, M.; Chen, Y.; Lin, H.; Zhao, L.; Shen, L.; Li, R.; Xu, Y.; Hong, H.; He, Y. Membrane fouling caused by biological foams in a submerged membrane bioreactor: Mechanism insights. *Water Res.* 2020, 181, 115932. [CrossRef] [PubMed]

45. Li, Z.; Zhang, W.; Tao, M.; Shen, L.; Li, R.; Zhang, M.; Jiao, Y.; Hong, H.; Xu, Y.; Lin, H. In-situ growth of UiO-66-NH$_2$ in porous polymeric substrates at room temperature for fabrication of mixed matrix membranes with fast molecular separation performance. *Chem. Eng. J.* 2022, 435, 134804. [CrossRef]

46. Chen, B.; Hu, X.; Wang, J.; Li, R.; Shen, L.; Xu, Y.; Zhang, M.; Hong, H.; Lin, H. Novel catalytic self-cleaning membrane with peroxymonosulfate activation for dual-function wastewater purification: Performance and mechanism. *J. Clean. Prod.* 2022, 355, 131888. [CrossRef]

47. Zhang, R.; Xu, Y.; Shen, L.; Li, R.; Lin, H. Preparation of nickel@polyvinyl alcohol (PVA) conductive membranes to couple a novel electrocoagulation-membrane separation system for efficient oil-water separation. *J. Membr. Sci.* 2022, 653, 119941. [CrossRef] [PubMed]

48. Zhang, W.; Guo, D.; Li, Z.; Shen, L.; Li, R.; Zhang, M.; Jiao, Y.; Xu, Y.; Lin, H. A new strategy to accelerate co-deposition of plant polyphenol and amine for fabrication of antibacterial nanofiltration membranes by in-situ grown Ag nanoparticles. *Sep. Purif. Technol.* 2022, 280, 119866. [CrossRef]

49. van Oss, C.J. Acid—Base interfacial interactions in aqueous media. *Colloids Surfaces A Physicochem. Eng. Asp.* 1993, 78, 1–49. [CrossRef]

50. Liu, Y.; Shen, L.; Huang, Z.; Liu, J.; Xu, Y.; Li, R.; Zhang, M.; Hong, H.; Lin, H. A novel in-situ micro-aeration functional membrane with excellent decoloration efficiency and antifouling performance. *J. Membr. Sci.* 2022, 641, 119925. [CrossRef]

51. Huang, Z.; Zeng, Q.; Liu, Y.; Xu, Y.; Li, R.; Hong, H.; Shen, L.; Lin, H. Facile synthesis of 2D TiO$_2$@MXene composite membrane with enhanced separation and antifouling performance. *J. Membr. Sci.* 2021, 640, 119854. [CrossRef]

52. Hoek, E.M.V.; Agarwal, G.K. Extended DLVO interactions between spherical particles and rough surfaces. *J. Colloid Interface Sci.* 2006, 298, 50–58. [CrossRef] [PubMed]

53. Liu, J.; Shen, L.; Lin, H.; Huang, Z.; Hong, H.; Chen, C. Preparation of Ni@UiO-66 incorporated polyethersulfone (PES) membrane by magnetic field assisted strategy to improve permeability and photocatalytic self-cleaning ability. *J. Colloid Interface Sci.* 2022, 618, 483–495. [CrossRef] [PubMed]

54. Brant, J.A.; Childress, A.E. Colloidal adhesion to hydrophilic membrane surfaces. *J. Membr. Sci.* 2004, 241, 235–248. [CrossRef]

55. Zhao, Y.; Lu, D.; Xu, C.; Zhong, J.; Chen, M.; Xu, S.; Cao, Y.; Zhao, Q.; Yang, M.; Ma, J. Synergistic oxidation-filtration process analysis of catalytic CuFe$_2$O$_4$-Tailored ceramic membrane filtration via peroxymonosulfate activation for humic acid treatment. *Water Res.* 2020, 171, 115387. [CrossRef] [PubMed]

56. Sundararajan, M.; Rajaraman, G.; Ghosh, S.K. Speciation of uranyl ions in fulvic acid and humic acid: A DFT exploration. *Phys. Chem. Chem. Phys.* 2011, 13, 18038–18046. [CrossRef]

57. Niemeyer, J.; Chen, Y.; Bollag, J.M. Characterization of Humic Acids, Composts, and Peat by Diffuse Reflectance Fourier-Transform Infrared Spectroscopy. *Soil Sci. Soc. Am. J.* 1992, 56, 135–140. [CrossRef]

58. Wang, J.; Guan, J.; Santiwong, S.R.; Waite, T.D. Characterization of floc size and structure under different monomer and polymer coagulants on microfiltration membrane fouling. *J. Membr. Sci.* 2008, 321, 132–138. [CrossRef]

59. Shen, L.-G.; Lei, Q.; Chen, J.-R.; Hong, H.-C.; He, Y.-M.; Lin, H.-J. Membrane fouling in a submerged membrane bioreactor: Impacts of floc size. *Chem. Eng. J.* 2015, 269, 328–334. [CrossRef]

60. Zhang, M.; Leung, K.-T.; Lin, H.; Liao, B. Membrane fouling in a microalgal-bacterial membrane photobioreactor: Effects of P-availability controlled by N:P ratio. *Chemosphere* 2021, 282, 131015. [CrossRef]

61. Teng, J.; Wu, M.; Chen, J.; Lin, H.; He, Y. Different fouling propensities of loosely and tightly bound extracellular polymeric substances (EPSs) and the related fouling mechanisms in a membrane bioreactor. *Chemosphere* 2020, 255, 126953. [CrossRef]